High-Purity Materials
fluoropolymer by definition is any polymer with a fluorine atom in the molecular structure. Thermoplastic fluoropolymers are one of the many niche families of specialty polymers that can be used in molding, extrusion, coating, solvent casting or foaming to make final components for handling chemicals, including various qualities of water. The range of this discussion will be oriented to present data and documented uses on the most common melt processable fluoropolymers that make up more than 95% of the commercial market.

For the purposes of setting limits related to polymer discussion, polytetrafluoroethylene (PTFE) will not be included. While melt-processable versions of PTFE are being developed, they are not yet used in chemical handling equipment at the volumes of the other melt processable fluoropolymers like polyvinylidene fluoride (PVDF), polyvinylidene fluoride copolymer (VF2/HFP), fluorinated ethylene-propylene copolymer (FEP), perfluoroalkoxy copolymer (PFA and MFA), poly ethylene-tetrafluoroethylene (ETFE), and poly ethylene chlorotrifluoroethylene (ECTFE).

Additionally, for the purposes of setting limits to the discussion, the fluoropolymers described here will be those that are typically sold at prices below $65 per kilogram (/kg) to the manufacturers that make the original processed components.

**Fluoropolymers used in Water Systems**

In most comparisons of polymer families, fluoropolymers are considered to be on the high end of the engineering family of polymers. For ease of understanding the performance ranges of fluoropolymers they are often categorized as “soft” or “hard”. While there are exceptions, soft fluoropolymers tend to be made up mostly of carbon and fluorine and hard fluoropolymers have significant amounts of carbon and fluorine, but also hydrogen in the polymer backbone. Soft fluoropolymers tend to have very high melting points and hard fluoropolymers tend to have higher tensile strength values up to 140°C.

Here is a list of the most commonly used fluoropolymers:

**Soft fluoropolymers:** FEP, MFA, PFA

**Hard fluoropolymers:** ECTFE, ETFE, PVDF, VF2/HFP

Fluoropolymers become attractive in the high-purity water process because they can possess many properties not found in alternative materials of construction. Each fluoropolymer has important properties that vary compared to others in this family, but selected properly, fluoropolymers can give excellent performance that cannot always be achieved by other polymer types or metals.

**Advantages**

Depending on the choice of soft or hard fluoropolymers, these materials can offer the following advantages:

- Limited extraction of ionic or organic species.
- High resistance to cleaning agents of all sorts (bleach, acid, ozone, and peroxide, among others).
- The ability to autoclave and no loss of performance after steam cleaning (3).
- Very smooth inner surface of process components.
- Low friction surface.
- High impact resistance at ambient and colder temperatures.
- High resistance to burning (FM 4910 compliance; ASTM E84 25/50 rating).
- Improved resistance to biofilm buildup (4).
- Low permeation to water and oxygen (5).
- Easily thermoformed, welded or machined.
- High abrasion resistance (specific to hard fluoropolymers).
- Regulatory listings and/or compliance (FDA, USP Class 6, NSF—dependent on manufacturer).
- Powder or liquid coating versions available for application to metal.
- Soluble in common solvents for casting of micro-porous membranes (specific to hard fluoropolymers).
- Extrudable into fine fibers for non-woven filtration products (specific to hard fluoropolymers).

In comparing the common thermoplastic fluoropolymers, it may be best to point out some comments followed by a description of the most popular uses of these materials in the high-purity water handling applications such as the semiconductor and biopharma industries.

**Characteristics**

From the engineering cost performance standpoint, it is well known that PVDF is the least expensive fluoropolymer based on density and price per pound.
FEP is well known as a fluoropolymer with adequate flexibility for tubing, and a high melting point. It has almost universal chemical resistance, but because of it being soft, it is not often used as a self-supporting structural material. In the high-purity industry, FEP is often overshadowed by PFA, which is more expensive, but has a higher temperature rating and is more universal for very high-end performance needs (7). FEP, PFA, or MFA would be considered for tubing or bonded structures where very high temperatures or extremely aggressive cleaning agents are involved in pure water processing. Figure 1 shows pipes, fittings, wetted pump components, and composite tank structures used for high purity water.

While there are more than one manufacturer of each version of fluoropolymer, Table A makes an effort to compare “general” properties of each of the fluoropolymers mentioned. It is highly recommended that a design professional do a more involved search of each manufacturer’s typical property ranges before making a decision on a fluoropolymer type (especially for the soft fluoropolymers that show the greatest variation in literature).

Based on the chemical resistance and the physical, thermal, and mechanical properties, the manufacturers of the fluoropolymers list the following general applications in the high-purity water industry (shown in Table B) (8).

**Final Thought**

Thermoplastic Fluoropolymers have
been a highly developing field of polymers over the last 10 years and for the next 3 years are projected to grow at about 5% globally across all markets (9). Some of the new things to look for that are becoming available are:

1. PVDF resins composites with tensile yield properties of 70 megapascal (MPa) for structural applications.

2. PVDF copolymer/polyurethane composite tubing for biotech applications that combine the purity and chemical resistance of PVDF with the high flexibility of polyurethane. Figure 2 shows an example of a highly flexible two-layer polymer tube with an inner layer of PVDF copolymer used for food processing and pharmaceutical pure water.

3. PVDF homopolymer fibers of very low diameter for filtration fabrics. Figure 3 shows hard fluoropolymers such as found used in hollow-fiber membranes.

References
2. Plastics News Resin Pricing Chart, Crain Communications, Akron, Ohio.

Author David A. Seiler received his BS in chemical engineering from Penn State University in 1983. He is employed for Arkema Inc. as the Americas Business Manager Industrial/Global Technical Advisor Fluoropolymers, and has worked in the area of Fluoropolymers for 31 years. Mr. Seiler is currently a voting committee member on ASME-BPE sub-committee on polymers, and an active member of ASTM (D, E, F), ICC, NFPA, and SEMI.

Coauthor Dwana Gresham is marketing coordinator and inside sales for Arkema Fluoropolymers. Ms. Gresham holds a BS in business management and is responsible for foams, fibers, membrane and industrial water markets. Mr. Stabler holds a BS in plastic and polymer engineering technology from the Pennsylvania College of Technology, and he received his MS in materials science and engineering from Drexel University in Philadelphia, PA.

Coauthor Sean M. Stabler is a business development engineer in the Fluoropolymers Business Group at Arkema and is responsible for foams, fibers, membrane and industrial water markets. Mr. Stabler holds a BS in plastic and polymer engineering technology from the Pennsylvania College of Technology, and he received his MS in materials science and engineering from Drexel University in Philadelphia, PA.

Key words: MATERIALS OF CONSTRUCTION, PHARMACEUTICALS, PIPING, PVDF, SEMICONDUCTORS

Table B
Common Fluid Handling Components Made with Thermoplastic Fluoropolymers

<table>
<thead>
<tr>
<th>Fluoropolymer</th>
<th>Applications</th>
</tr>
</thead>
<tbody>
<tr>
<td>FEP (TFE/HFP)</td>
<td>Tubing, Sheets, Rods &amp; Blocks, Film, Vessel lining, Pipe Lining</td>
</tr>
<tr>
<td>ECTFE</td>
<td>Solid &amp; Lined Pipe, Pumps, Valves, Tanks, Vessel Lining, Housings, Fabrics, Coatings, Sheets, Rods &amp; Blocks, Fittings, Films</td>
</tr>
<tr>
<td>ETFE</td>
<td>Tanks, Pumps, Valve &amp; Pipe Linings, Coatings, Fittings, Sheets, Rods &amp; Blocks, Films, Tower Packing, Vessel Lining, Rotomolding</td>
</tr>
<tr>
<td>PFA</td>
<td>Tubing, Piping, Wafer Carriers, Vessel Linings, Tanks, Sheets, Rods &amp; Blocks, Pumps, Filter Housings, Tower Packing, Seals, Films, Filtration Systems, Fittings, Valves, Rotomolding</td>
</tr>
<tr>
<td>PVDF</td>
<td>Piping, Pumps, Tanks, Sheets, Rods &amp; Blocks, Nozzles, Instrumentation, Tubing, Tower Packing, Filtration Systems, Membranes, Vessel Linings, Tanks, Pipe Lining, Films, Fittings, Valves, Housings, Fabrics, Coatings, ASTM E84 25/50 components</td>
</tr>
<tr>
<td>PVDF Copolymer</td>
<td>Piping, Pumps, Tanks, Sheets, Rods &amp; Blocks, Nozzles, Instrumentation, Tubing, Filtration Systems, Membranes, Vessel Linings, Tanks, Pipe Lining, Films, Fittings, Valves, Housings, Fabrics, Coatings, Composite Tubing Structures, Rotomolding</td>
</tr>
</tbody>
</table>


